Evaluation of ceramic veneer adaptation by optical coherence tomography: a clinical report

ABSTRACT

Introduction: Ceramic veneers represent a treatment approach in aesthetic dentistry. They are indicated in cases of alterations in size, contour, form and color of the teeth. The clinical and radiographic examinations may not allow the correct identification of failures in the treatment with ceramic veneers. Objective: To report the use of Optical Coherence Tomography (OCT) for the evaluation and repair of an aesthetic oral rehabilitation involving ceramic veneers. Case report: A 24-year-old female patient complained of unsatisfied color change in the ceramic veneer placed on the right maxillary central incisor. The clinical examination showed color changes between the middle and incisal thirds of mesial surface of the tooth crown. The OCT sagittal images evidenced the presence of bubbles or gaps in the adhesive interface. The treatment consisted of repair of the restoration by infiltration of a composite resin. Conclusion: The OCT was found to be valid tool to evaluate the adaptation of the ceramic veneer placed on the maxillary central incisor.

KEYWORDS

Esthetics, Dental; Dental Veneers; Tomography, Optical Coherence.

RESUMO

Introdução: Laminados cerâmicos representam uma abordagem de tratamento em Odontologia. São indicados em casos de alterações no tamanho, contorno, forma e cor dos dentes. O exame clínico e o emprego de radiografias convencionais podem não permitir a correta identificação de falhas no tratamento com laminados cerâmicos. Objetivo: Relatamos o uso da tomografia de coerência óptica (TCO) para avaliação da adaptação e reparo de uma reabilitação oral estética com laminados cerâmicos. Relato de caso: Paciente do sexo feminino, 24 anos, queixou-se de alteração de cor em laminado cerâmica cimentado no incisivo central superior direito. O exame clínico evidenciou alterações de cor entre os terços médio e incisal da superfície mesial do dente. As imagens obtidas por TCO mostraram a presença de bolhas ou gaps na interface adesiva da região. O plano de tratamento consistiu no reparo mediante infiltração de uma resina composta no local indicado pela TCO. Conclusão: A tomografia de coerência óptica se mostrou um método auxiliar eficaz para análise da adaptação do laminado cerâmico no incisivo superior direito.

PALAVRAS-CHAVE

Estética Dentária; Facetas Dentárias; Tomografia de Coerência Óptica.
INTRODUCTION

The advent of the adhesive systems in dentistry made possible to preserve even more tooth structure while satisfying the patient’s restorative needs and aesthetic desires [1]. Nowadays, many restorative options such as composite resins and ceramic veneers are available and dentists and patients must choose the best alternative to improve the oral condition and achieve functional and aesthetic results [2].

Contemporary dentistry experiences an increase in the use of ceramic veneers due to their esthetic appeal, biocompatibility and adherence to the principles of minimal-invasive dentistry [1,3-6]. They have become a restoration of choice to correct tooth forms, tooth position, close diastemas, restore tooth fracture or mask tooth discolorations [1-4,6,7].

Ceramics veneers have high compressive strength, surface smoothness, gloss and presents low plaque accumulation [2-4,6,8]. In addition, they foster greater preservation of tooth structure, produce predictable results, having low failure rates compared with other available options [3,8-14]. The most frequent failures reported in ceramic veneers are marginal discoloration, debonding, fracture/chipping and secondary caries [15].

The follow-up is an important aspect for the longevity of treatment with ceramic veneers [16]. Currently, the available methods for the evaluation of failures in ceramic veneers are limited to clinical and radiographic inspection, which in most cases may not allow their correct identification [17]. The optical coherence tomography (OCT) has been widely used in several in vitro in vivo applications and is becoming popular as a promising approach in dentistry [17-34].

Optical coherence tomography is an imaging method in which is possible to evaluate the anatomy and function of biological tissue [35]. This noninvasive diagnostic technique provides real-time images without the need for biopsies and histological procedures, or the use of radiation [36]. The technique generates cross-sectional images by measuring echoes of backscattered light [37] based on the optical differences of the tissues [18].

In dentistry, the OCT allows capturing images around 2-3 mm in teeth [22]. Thus, it can used to visualize hard and soft tissues and to detect or analyze early demineralization, remineralization, recurrent caries, tooth microleakage and debonding of restoration, tooth cracks or fractures, periodontal and periimplantar tissues, location of pulp canal [32,38]. In addition, OCT has been used to evaluate ceramic veneers [17,23].

The adaptation of ceramic veneers on teeth a key criterion for success [39]. The OCT has been seen as a promising approach in the evaluation of ceramic veneers [40] and aid in decision-making [40]. Here, we report the use of Optical Coherence Tomography (OCT) for the evaluation of the adaptation ceramic veneer by means of optical coherence tomography.

CASE REPORT

A 24-year-old female patient complained of unsatisfied color change in the ceramic veneer placed on the right maxillary central incisor. This was observed through visual inspection (Figures 1 and 2). The OCT sagittal images showed the presence of gaps or bubbles with a suggestive aspect of cooptation (Figure 3).
The OCT system used was the SS-OCT 1325nm (Thorlabs, New Jersey USA), operating in Fourier Domain with a spectral bandwidth of ~100 nm, axial scan rate of 16kHz/25fps, lateral resolution ~25 µm and axial resolution of 12/9µm (air/water), spectral bandwidth of >100 nm and instantaneous bandwidth of 0.13 nm (0.5 GHz), average output power up to 10 mW, and 100 dB sensitivity. The buccal surfaces of the teeth were swept perpendicularly by a light beam and the two-dimensional (2D) images acquired. A lip retractor was used to better expose the anterior teeth. The patient remained seated, with the head resting on specific position, which perpendicular to the focus of the laser guide light emitter.

The patient signed the informed consent for the proposed treatment, which consisted of repair of the restoration by infiltration of a composite resin. With the location of the bubble, the defective tooth-restoration interface was accessed using a diamond bur with pointed cone shaped spear (#2140, KG Sorensen, Brazil) (Figure 4). Etching was carried out with 37% phosphoric acid (Super Etch, SDI, Australia) for 30s. The surfaces were washed with distilled water for 30s and dried with air. Silane (Monobond Plus, Ivoclar Vivadent, Liechtenstein) was applied on the ceramic veneer surfaces for 1 min and dried with air. An adhesive system (Stae, SDI, Australia) was applied and light-cured for 20 s (Radii Plus, SDI, Australia). A B1 flowable composite resin (Wave, SDI, Australia) was injected (Figure 5) and light-cured for 40 s (Radii Plus, SDI, Australia). The occlusion was checked and finishing and polishing procedures were carried out with Sof-Lex™ Pop-On discs (3M, Saint Paul, Minnesota, EUA). The patient was satisfied with the achieve result (Figures 6 and 7). Figure 8 shows the OCT sagittal images of the element 11 after repair.
DISCUSSION

Ceramic veneers present excellent aesthetic results and longevity [41-43]. However, the clinical success of the treatment of teeth with ceramic veneers depends on its accurate indication, the techniques and materials used [8] as the cementation of the ceramic veneers is a crucial procedure in this aesthetic treatment approach [2,6,41,43].

Despite the high adhesive capacity provided by the current dental materials, strategies to visualize and monitor failures are of great interest [44]. Within this context, optical coherence tomography appeared as a powerful diagnostic method by providing high-resolution imaging, which favor the detection of failures in the adhesive layer, in the restorative material and even the visualization of pathologies, in a non-invasive manner [17,18,26,28,36].

A clinical case of an aesthetic oral rehabilitation with ceramic veneers performed in a 23-year-old female patient [17] was monitored for one year by means of Optical
Coherence Tomography (OCT). At that time, micrometer-sized bubbles in the cementation line were observed. As treatment was considered satisfactory, the patient was instructed about 6-month recall dental appointments to assess the health of the hard and soft tissues and the integrity of the ceramic veneers [17].

The cementation of ceramic veneers by means of hand pressure may cause the fracture of ceramic or the incorporation of bubbles or gaps in the cementation line [17, 21, 23, 45]. For this reason, ultrasonic devices may be recommended in cementation procedures [46, 47]. When compared to hand-pressure, the ultrasonic cementation did not affect the fracture strength of veneers [47]. The failure types, however, were found to be more favorable in ultrasonic cementation [46].

In aesthetic dentistry, the dental professionals used to report their best cases rather than the ones in which failures occurred and by this, lessons are lost [48]. In this clinical case, we observed the coalescence of defects reported previously at the end of the cementation procedure [17] and an attempt to repair the area with color change was performed by infiltration of a flowable composite resin. Similar type of intervention was reported in the literature [48]. The authors [48] argue that highly filled composite resins should be used in these cases due to minor capacity to discoloration. The OCT images after the repair showed that the fluidity of the composite resin incorporated a large amount of micrometric bubbles in the bonding interface.

We observed that the clear majority of changes identified in the OCT sagittal images were not clinically visible. This fact may be due to the technique's ability to acquire images with high-resolution. The Optical coherence tomography, however, is not fully used in dentistry mainly due to the low availability of customized intraoral equipment and insufficient range of OCT rays, which makes it necessary to perform hundreds or even thousands of scans to analyze the area of interest [36].

CONCLUSION

OCT was a valid tool to evaluate the adaptation of the ceramic veneer of the maxillary central incisor.

OCT represents a promising auxiliary diagnostic approach in dentistry.

CONSENT FOR PUBLICATION

Patient's consent was requested and approved.

CONFLICT OF INTEREST

The authors declare no conflict of interest, financial or otherwise.

ACKNOWLEDGEMENTS

This research was partially supported by CNPq, FACEPE and CAPES. We also thank support from INCT National Institute of Photonics - Grant number 465763/2014-6. ASLG thanks support from CNPq through grant PQ-1A 307259/2015-3.

REFERENCES

1. Pini NP, Aguiar FHB, Lima DANL, Lovadino JR, Terada RSS, Pascotto RC. Advances in dental veneers: materials, applications, and techniques. Clin Cosmet Investig Dent. 2012;49.
2. da Cunha LF, Reis R, Santana L, Romanini JC, Carvalho RM, Furuse AY. Ceramic veneers with minimum preparation. Eur J Dent. 2013;7(04):492-6.
3. Peumans M, Van Meerbeek B, Lambrechts P, Vanherle G. Porcelain veneers: a review of the literature. J Dent. 2000;28(3):163-77. doi: 10.1016/s0300-5712(99)00066-4
4. Rotoli BT, Lima DA, Pini NP, Aguiar FH, Pereira GD, Paullillo LA. Porcelain veneers as an alternative for esthetic treatment: clinical report. Oper Dent. 2013;38(5):459-66. doi: 10.2341/12-338-t
5. Ge C, Green CC, Sederstrom D, McLaren EA, White SN. Effect of porcelain and enamel thickness on porcelain veneer failure loads in vitro. J Prosthet Dent. 2014;111(5):380-7. doi: 10.1016/j.prosdent.2013.09.025
6. Vanlioglu BA, Kulak-Ozkan Y. Minimally invasive veneers: current state of the art. Clin Cosmet Investig Dent. 2014;8:107-17. doi: 10.2147/ccid.s52209

7. Harahai SB. Microleakage of porcelain laminate veneers cemented with different bonding techniques. J Clin Exp Dent. 2018;10(2):e166-e71. doi: 10.4317/jced.2018.03.004

8. Lacy AM. Porcelain veneers. Problems and solutions. Dent Today. 2002;21(9):46-51.

9. Reumanns M, De Munck J, Fieuws S, Lambrechts P, Vanherle G, Van Meerbeek B. A prospective ten-year clinical trial of porcelain veneers. J adhes dent. 2004;6(1):65-76.

10. Chan C, Weber H. Plaque retention on teeth restored with full-ceramic crowns: a comparative study. J Prostheth Dent. 1986;56(6):666-71.

11. Gresnigt MM, Kalk W, Ozcan M. Randomized clinical trial of indirect resin composite and ceramic veneers: up to 3-year follow-up. J Adhes Dent. 2013;15(2):81-90.

12. Aristides GA, Dimitra B. Five-year clinical performance of porcelain laminate veneers. Quintessence International. 2002;33(3).

13. Lacy AM, Wada C, Du W, Watanabe L. In vitro microleakage at the gingival margin of porcelain and resin veneers. J Prosthet Dent. 1992;67(1):7-10.

14. Watt E, Conway DI. Review suggests high survival rates for veneers at five and ten years. Evidence-based Dentistry. 2013;14(1):15-6. doi: 10.1038/jpdent.2018.03.004

15. Morimoto S, Albanesi RB, Sesma N, Agra CM, Braga MM. Main Clinical Outcomes of Feldspathic Porcelain and Glass-Ceramic Laminate Veneers: A Systematic Review and Meta-Analysis of Survival and Complication Rates. Int J Prosthodont. 2016;29(1):38-49. doi: 10.1016/j.ijpros.2015.05.007

16. Olley RC, Andiappa M, Frost PM. An up to 50-year follow-up of crown and veneer survival in a dental practice. J Prosthet Dent. 2018;119(6):935-41.

17. Graca N, Palmeira A. In vivo optical coherence tomographic imaging to monitor gingival recovery and the adhesive interface in aesthetic oral rehabilitation: A case report. Imaging Sci Dent. 2019;49(2):171-6. doi: 10.5624/isd.2019.49.2.171

18. Katakai RA, Tadinada SA, Amaechi BT, Fried D. Optical Coherence Tomography. Dent Clin North Am. 2018;62(3):421-34. doi: 10.1016/j.dcdin.2018.03.004

19. Abogazalah N, Ando M. Alternative methods to visual and radiographic examinations for approximal caries detection. J Oral Sci. 2017;59(3):315-22. doi: 10.2334/josnusd.16-0595

20. Ayse Gozde T, Metin S, Mutlu U. Evaluation of adaptation of ceramic inlays using optical coherence tomography and replica technique. Braz Oral Res. 2018;32:e005. doi: 10.1590/1807-3107BOR-2018.vol32.0005

21. Borges Eda, Cassimiro-Silva PF, Fernandes LO, Gomes ASL. Study of luminizers’ interfaces by means of optical coherence tomography: SPIE; 2015.

22. Clarkson DM. An update on optical coherence tomography in dentistry. Dent update. 2014;41(2):174-6. doi: 10.12968/denu.2014.41.2.174

23. Fernandes LO, Graça NDRL, Moto LSA, Silva CHV, Gomes ASL. Optical coherence tomography investigations of ceramic luminizers: SPIE; 2016.

24. Gimbel C. Optical coherence tomography diagnostic imaging. Gen Dent. 2008;56(7):750-7; quiz 8-9, 68.

25. Leao Filho JC, Braz AK, de Souza TR, de Araujo RE, Pitton MM, Tanaka OM. Optical coherence tomography for bonding evaluation: an in-vitro qualitative study. Arm J Orthod Dentofacial Orthop. 2013;143(1):51-8. doi: 10.1016/j.ajodo.2012.06.025

26. Li W, Liu J, Zhang Z. Evaluation of marginal gap of lithium disilicate glass ceramic crowns with optical coherence tomography. J Biomed Opt. 2018;23(3):1-5. doi: 10.1117/1.jbo.23.3.036001

27. Lin CL, Kuo WC, Yu JJ, Huang SF. Examination of ceramic restorative material interfacial debonding using acoustic emission and optical coherence tomography. Dent Mat. 2013;29(4):382-8. doi: 10.1016/j.dental.2012.12.003

28. Mercu TV, Popescu SM, Scriciuc M, Amarascu MO, Vatu M, Diaconu GA, et al. Rom J Morphol Embryol. 2017;58(1):99-106.

29. Minamino T, Mine A, Oniya K, Matsumoto M, Nakatani H, Iwashita T, et al. Nondestructive observation of teeth post core space using optical coherence tomography: a pilot study. J Biomed Opt. 2014;19(4):046004. doi: 10.1117/1.jbo.2014.04.60004

30. Monteiro GG, Montes MA, Gomes AS, Mota CC, Campello SL, Freitas AZ. Marginal analysis of resin composite restorations using optical coherence tomography. Dent Mat. 2012;27(12):1231-6. doi: 10.1016/j.dental.2011.08.400

31. Podoleanu AG. Optical coherence tomography. J Microsc. 2012;247(3):209-15. doi: 10.111/j.1365-2818.2012.03619.x

32. Sando M, Shioda M, Imaikata C, Sakuyama A, Kasugai S, Sumi Y. The effectiveness of optical coherence tomography for evaluating peri-implant tissue: A pilot study Imaging Sci Dent. 2016;46(3):173-8. doi: 10.5624/isd.2016.46.173

33. Se-Ryong K, Jun-Min K, Sul-Hee K, Hee-Jung P, Tae-II K, Won-Jin Y. Tooth cracks detection and gingival sulcus depth measurement using optical coherence tomography Conf Proc IEEE Eng Med Biol Soc. 2017;2017:4403-6. doi: 10.1109/embs.2017.837822

34. Tabata T, Shimada Y, Sadr A, Tagami J, Sumi Y. Assessment of enamel cracks at adhesive cavosurface margin using three-dimensional swept-source optical coherence tomography. J Dent. 2017;61:28-32. doi: 10.1016/j.jdent.2017.04.005

35. Shu X, Beckmann L, Zhang H. Visible-light optical coherence tomography: a review. J Biomed Opt. 2017;22(9):1-14. doi: 10.1117/1.jbo.2017.09.007

36. Machowy M, Seeliger J. The Use of Optical Coherence Tomography in Dental Diagnostics: A State-of-the-Art Review. J Healthc Eng. 2017;2017:7560645. doi: 10.1155/2017/7560645

37. Imai K, Shimada Y, Sadr A, Sumi Y, Tagami J. Noninvasive cross-sectional visualization of enamel cracks by optical coherence tomography in vitro. J Endod. 2018;43(9):1269-74. doi: 10.1016/j.joen.2017.07.008

38. Sahyoun CC, Subhash HM, Perdu D, Edlow RP, Pierce MC. An Experimental Review of Optical Coherence Tomography Systems for Noninvasive Assessment of Hard Dental Tissues. Caries Res. 2020;54(1):42-53.

39. Aboushehab MN, Elmawy MH, Ghazy MH. Internal adaptation, marginal accuracy and microleakage of a pressable versus a machinable ceramic laminate veneers. J Dent. 2012;40(8):867-70. doi: 10.1016/j.jdent.2012.04.019

40. Nakagawa H, Sadr A, Shimada Y, Tagami J, Sumi Y. Validation of swept source optical coherence tomography (SS-OCT) for the diagnosis of smooth surface caries in vitro. J Dent. 2013;41(1):80-9. doi: 10.1016/j.jdent.2012.10.007

41. Althomn Y, Baransoud MS. The Success of Dental Veneers According To Preparation Design and Material Type. Open Access Maced J Med Sci. 2016;4(12):2402-8. doi: 10.3889/oamjms.2016.353

42. Layton DM, Clarke M, Walton TR. A systematic review and meta-analysis of the survival of feldspathic porcelain veneers over 5 and 10 years. Int J Prosthodont. 2012;25(6):590-603
Evaluation of ceramic veneer adaptation by optical coherence tomography: a clinical report

Castello LFM et al.

43. Layton DM, Clarke M. A systematic review and meta-analysis of the survival of non-feldspathic porcelain veneers over 5 and 10 years. Int J Prosthodont. 2013;26(2):111-24. doi: 10.11607/ijp.3202

44. de Melo LS, de Araujo RE, Freitas AZ, Zezeli D, Vieira ND, Girkin J, et al. Evaluation of enamel dental restoration interface by optical coherence tomography. J Biomed Opt. 2005;10(6):064027. doi: 10.1117/1.2141617

45. Kursoglu P, Motro PF. An alternative method for cementing laminate restorations with a micropulse toothbrush. J Prosthet Dent. 2014;112(6):1595-6. doi: 10.1016/j.prosdent.2014.05.023

46. Ozcan M, Mese A. Effect of ultrasonic versus manual cementation on the fracture strength of resin composite laminates. Oper Dent. 2009;34(4):437-42. doi: 10.2341/08-112.

47. Marocho SM, Ozcan M, Amaral R, Valandro LF, Bottino MA. Effect of seating forces on cement-ceramic adhesion in microtensile bond tests. Clin Oral Invest. 2013;17(1):325-31. doi: 10.1007/s00784-011-0668-y

48. Gresnigt M, Magne M, Magne P. Porcelain veneer post-bonding crack repair by resin infiltration. Int J Esthet Dent. 2017;12(2):55-70.

Claudio Heliomar Vicente da Silva (Corresponding address)
Department of Prosthodontics and Buco-facial Surgery, Federal University of Pernambuco, Av. Prof. Moraes Rego, S/N, CDU. 50670-901 Recife/PE, Brazil
Email: claudio_rec@hotmail.com

Date submitted: 2020 Jan 24
Accept submission: 2020 Jun 29